Delivery of Neurotrophin-3 to the Cochlea using Alginate Beads

*Farnoosh Noushi, †Rachael T. Richardson, †Jennifer Hardman, *†Graeme Clark, and *†Stephen O'Leary

*University of Melbourne, Department of Otolaryngology, East Melbourne, Australia, and †BioMed Ear Institute, East Melbourne, Australia.

**Objective:** The aim of this study was to design a novel cochlear neurotrophin (NT) delivery system for the rescue of auditory neurons after ototoxicity-induced deafening.

**Background:** NT-3 is a trophic growth factor that promotes the survival of the auditory nerve and may have a potential therapeutic role in slowing neuron loss in progressive deafness, especially as an adjunct to the current cochlear implant. Beads made from alginate are biodegradable, slow release substances that can be placed at the round window or inside the cochlea. This study investigated the loading properties, release kinetics, and implantation potential of alginate beads loaded with NT-3.

**Methods:** Alginate beads were prepared using an ionic gelation technique and postloaded with NT-3. Release of NT-3 was measured using enzyme-linked immunosorbent assay over 5 days. Alginate beads were implanted into deafened guinea pigs for 23 days, after which survival of auditory neurons was assessed.

**Results:** Enzyme-linked immunosorbent assay studies demonstrated a 98% to 99% loading of NT-3 with a slow, partial release over 5 days in Ringer's solution. Furthermore, the addition of heparin to the delivery system modulated NT-3 release to a steadier pattern. Implantation of alginate-heparin beads in guinea pig cochleae produced minimal local tissue reaction. NT-3 loaded beads implanted at both the round window and within the scala tympani of the basal turn provided auditory neurons significant protection from degradation and apoptosis compared with unloaded beads or untreated cochleae.

**Conclusions:** This study demonstrates alginate beads to be a safe, biodegradable and effective delivery system for NT-3 to the cochlea. Key Words: Alginate—Cochlea—Drug delivery—Neurotrophin-3—Sensorineural hearing loss. Otol Neurotol 26:528-533, 2005.
cellular growth matrix (22–24). Heparin was also investigated as a suitable additive to our delivery system as a modulator for release of growth factors. Heparin has been used to modulate release of growth factors such as basic fibroblast growth factor, nerve growth factor, neurotrophin (NT)-3, and brain derived neurotropic factor from fabricated matrices in a slow and controlled manner (17,18,25–27).

In this study, we investigated the efficacy of NT-3 release from alginate-heparin beads implanted on to the round window of guinea-pig cochleae. Auditory neurons degenerate and significant numbers undergo apoptosis after any cochlear pathology, resulting in the loss of hair cells, which includes most types of sensorineural hearing loss and ototoxic injuries. NTs have been shown to promote the survival of the auditory nerve in vitro (28–35) and in vivo (13,36,37). Because the optimal functioning of cochlear implants requires the preservation of the population of auditory neurons, there is interest in the potential therapeutic use of NTs, such as NT-3, as an adjunct to implantation. For this reason, we investigated the round window delivery of NTs because this could potentially preserve the auditory neural population after deafness has occurred but before cochlear implantation.

Another potential therapeutic role for NT-3 is the prevention of ongoing apoptosis of auditory neurons after cochlear implantation. This could be achieved by the slow intracochlear release of NT-3 from polymers coating the cochlear electrode. These electrodes are implanted into the basal turn of the cochlea (in a fluid-filled chamber known as the scala tympani). To determine whether this may be feasible, we also investigated whether alginate beads introduced into the scala tympani were effective in preventing degeneration of the auditory nerve.

MATERIALS AND METHODS

Alginite Bead Production
Alginite beads were prepared using an ionic gelation technique. Two percent (w/v) sodium alginate (KelHVs; ISP, Silverwater, NSW, Australia) with or without 1% (w/v) heparin (Sigma-Aldrich; Castle Hill, NSW, Australia) was dissolved in MilliQ water and mixed overnight until dissolved forming a gel-like solution. Subsequently, the gel was extruded through a 30-gauge needle into a bath of 0.1 M CaCl₂, precipitating calcium alginate spheres. The beads were allowed to mature with gentle stirring for 20 minutes and then washed three times over 30 to 40 minutes with 0.9% (w/v) NaCl. This method produced large beads in the order of 2 to 2.5 mm. For in vivo experiments, a stream of high-pressure CO₂ was passed through the needle as the gel was extruded, precipitating smaller (0.5–1 mm) alginate-heparin beads. The beads were produced using sterile solutions and equipment in a laminar flow hood and finally ultraviolet irradiated for 30 minutes. All beads were made fresh for in vivo experiments with a total dose of approximately 1.5 μg of NT-3 for each “loaded bead” experiment (3).

In Vitro NT-3 Release Studies
Alginite and alginate-heparin beads were tested for loading and release of NT-3 in vitro using an enzyme-linked immunosorbent assay (ELISA). The aim was to produce the most effective loading and release profile for our delivery system. Beads with diameters of 2 to 2.5 mm were loaded with human recombinant NT-3 (Chemicon, Bonn, Vic, Australia) by incubating the beads overnight at 37°C in Ringer's solution containing NT-3. Uptake of NT-3 was quantified by measuring the differences between the initial and leftover loading solutions by a commercially available NT-3 ELISA kit (Promega, Annandale, NSW, Australia). After loading, the beads were then incubated in Ringer's solution at 37°C, and eluates were sampled at regular intervals for up to 5 days to examine the release profile of NT-3 from the beads.

Three experiments were performed varying the amount of NT-3 loaded and the number of alginate and alginate-heparin beads. Each experiment varied in the number of beads and the concentration of the load solution as detected in Table 1. All elution samples were tested in triplicate measures to reduce error. The percentage of release for each type of bead in each experiment, was calculated by dividing the quantity released by the quantity of uptake. To increase the power of subsequent statistical analyses, the results of the three experiments were combined.

In Vivo Experimental Design
The main measure of outcome was the density of SGNs surviving after 4 weeks of treatment (NT-3 loaded beads, unloaded beads, and untreated controls). SGNs degenerate, and the majority undergo apoptosis after the loss of hair cells sustained during an ototoxic injury. Successful NT-3 delivery was inferred from an increase in the SGN density in NT-treated ears and compared with untreated ears.

Seven-day deafened adult pigmented guinea pigs ranging in weight from 650 to 910 g were used for in vivo experiments. Two methods of delivery of the beads were tested, round window and intracochlear (Table 2). All contralateral cochleae were analyzed as untreated controls.

<table>
<thead>
<tr>
<th>Experiment</th>
<th>Number of beads</th>
<th>NT-3 loading concentration (μg/ml)</th>
<th>Loading volume (μl)</th>
<th>Uptake analysis</th>
<th>Release analysis: ELISA time intervals (days)</th>
</tr>
</thead>
<tbody>
<tr>
<td>1</td>
<td>40 alginate</td>
<td>13.1</td>
<td>100</td>
<td>No</td>
<td>25, 1, 2, 3, 4, 5</td>
</tr>
<tr>
<td>2</td>
<td>30 alginate</td>
<td>13.1</td>
<td>100</td>
<td>No</td>
<td>25, 1, 2, 3, 4, 5</td>
</tr>
<tr>
<td>3</td>
<td>30 alginate-heparin</td>
<td>5.94</td>
<td>200</td>
<td>Yes</td>
<td>25, 1, 2, 3, 4, 5</td>
</tr>
<tr>
<td>4</td>
<td>alginate-heparin</td>
<td>5.94</td>
<td>200</td>
<td>Yes</td>
<td>25, 1, 2, 3, 4, 5</td>
</tr>
<tr>
<td>5</td>
<td>alginate-heparin</td>
<td>30.5</td>
<td>100</td>
<td>Yes</td>
<td>25, 1, 2, 3, 4, 5</td>
</tr>
<tr>
<td>6</td>
<td>alginate-heparin</td>
<td>12.2</td>
<td>100</td>
<td>Yes</td>
<td>25, 1, 2, 3, 4, 5</td>
</tr>
</tbody>
</table>

NT, neurotrophin; ELISA, enzyme linked immunosorbent assay.
TABLE 2. In vivo experiments

<table>
<thead>
<tr>
<th>Bead placement</th>
<th>NT-3 loading</th>
<th>Guinea pigs</th>
</tr>
</thead>
<tbody>
<tr>
<td>Round window</td>
<td>Loaded beads</td>
<td>5</td>
</tr>
<tr>
<td></td>
<td>Unloaded beads</td>
<td>4</td>
</tr>
<tr>
<td>Intracochlear</td>
<td>Loaded beads</td>
<td>5</td>
</tr>
<tr>
<td></td>
<td>Unloaded beads</td>
<td>4</td>
</tr>
</tbody>
</table>

NT, neurotrophin.

Guinea-Pig Anesthesia

All surgical or auditory brainstem procedures were conducted under anesthesia using an intramuscular injection of ketamine (60 mg/kg) and xylazine (4 mg/kg). Anesthesia was reversed with antisedan at 0.02 to 0.2 ml/kg. For alginate bead implantation procedures, the animals were given a perioperative antibiotic, Baytril, and an additional analgesic, rimadyl (4 mg/kg). Implantation procedures, the animals were given a perioperative antisedan at 0.02 to 0.2 ml/kg. For alginate head implantation, the guinea pigs were killed with an overdose of sodium pentobarbital and perfused by way of the intracardiac route with 0.9% (w/v) saline containing 0.17% (w/v) heparin sodium and 0.06% (w/v) sodium nitrite followed up by 10% (v/v) neutral buffered formalin. The cochleae were removed and placed adjacent to the round window (4–5 small beads) and sealed with a muscle/fascial graft. The scala tympani was implanted by perforating the round window, passing 4 to 5 small beads into the basal turn of the cochlea, and sealing the round window with a muscle graft. Beads were implanted for 28 days.

Cochlear Processing and Histology

Guinea pigs were killed with an overdose of sodium pentobarbital and perfused by way of the intracardiac route with 0.9% (w/v) saline containing 0.17% (w/v) heparin sodium and 0.06% (w/v) sodium nitrite followed up by 10% (v/v) neutral buffered formalin. The cochleae were removed and sectioned serially at 125 μm. All sections were stained with hematoxylin-eosin.

Data Analysis

All histologic sections were analyzed for inflammatory and fibrotic changes, especially in the vicinity of the implanted beads. SGN densities of individual cochlear turns were counted using National Institute of Health Scion Image analysis software. Slides were blinded and randomized before counting, and three mid-modiolar sections were counted and averaged for each cochlea. For each section, SGN densities were analyzed for each modiolar turn.

All the data were entered twice for consistency. Mann-Whitney and Kruskal-Wallis nonparametric analysis of variance were used to test for differences in the in vitro NT-3 release study. One-way analysis of variance was used to test for the differences between the three implantation groups (no treatment, round window beads, and intracochlear beads). Ninety-five percent confidence intervals are presented. Multiple comparison tests were also performed to identify which paired treatment was significant. Statistical analysis was performed using SPSS statistical software (V 8.0, Chicago, IL, U.S.A.). p < 0.05 was considered to be statistically significant.

RESULTS

NT-3 release from alginate beads was examined in vitro and measured using ELISA. Three in vitro experiments were performed to evaluate the loading and release properties of plain alginate and alginate-heparin beads (Table 1). NT-3 loading profiles were evaluated using SPSS statistical software (V 8.0, Chicago, IL, U.S.A.). p < 0.05 was considered to be statistically significant.

Table 3. NT-3 uptake analysis

<table>
<thead>
<tr>
<th>Experiment no.</th>
<th>Number of beads used for study</th>
<th>NT-3 load concentration (μg/ml)</th>
<th>Postloaded NT-3 concentration (μg/ml)</th>
<th>Percentage NT-3 uptake</th>
</tr>
</thead>
<tbody>
<tr>
<td>2</td>
<td>35 plain alginate</td>
<td>5.94</td>
<td>0.119</td>
<td>98.0</td>
</tr>
<tr>
<td>2</td>
<td>35 alginate-heparin</td>
<td>5.94</td>
<td>0.043</td>
<td>99.3</td>
</tr>
<tr>
<td>3</td>
<td>20 alginate-heparin</td>
<td>30.5</td>
<td>0.494</td>
<td>98.4</td>
</tr>
<tr>
<td>3</td>
<td>20 alginate-heparin</td>
<td>12.2</td>
<td>0.161</td>
<td>98.7</td>
</tr>
</tbody>
</table>

NT, neurotrophin.
**Histologic Analysis of Alginate Beads In Vivo**

In the round window group, a significantly higher SGN density difference was observed in the intracochlear NT-3 loaded bead group (mean = 980, SD = 210) compared with the unloaded beads (p < 0.001; mean = 700, SD = 250) and untreated cochleas (mean = 770, SD = 190) (Fig. 2). Although in the intracochlear test group there was a trend toward greater protection in the lower turns, this was not significant.

### DISCUSSION

This investigation established alginate beads to be an effective delivery vehicle for NT-3. The in vitro studies demonstrated that alginate encapsulates a large percentage with the unloaded beads (mean = 690, SD = 180) and untreated cochleas (mean = 770, SD = 190). A significantly higher SGN density difference was also observed in the intracochlear NT-3 loaded bead group (mean = 980, SD = 210) compared with the unloaded beads (p < 0.001, mean = 700, SD = 250) and untreated cochleas (mean = 770, SD = 190) (Fig. 2).

**Effect of Beads on Individual Cochlear Turns**

Individual cochlear turn auditory nerve density comparisons were made for round window and intracochlear bead implantations. For both methods of bead delivery, there was significantly higher SGN protection in the treated ear through all the cochlear turns (p < 0.001); however, there was no difference noted between the turns (Fig. 3). Although in the intracochlear test group there was a trend toward greater protection in the lower turns, this was not significant.
of NT-3, in the vicinity of 98% to 99%, and the addition of heparin favorably altered the release kinetics to a slower and steadier release over 5 days (Fig. 1). This may potentially reduce the toxicity that could be associated with a large initial NT release from alginate.

The amount of NT-3 released in vitro (0.33% of initial uptake) was significantly less compared with its uptake. One possible explanation is that the beads have not yet fully degraded by the end of the release study and that NT-3 is still present within the bead. If so, the potential NT-3 deliverable by the bead exceeds that shown from our release studies, and delivery may depend on the rate of degradation in different environments. Another possible explanation is that NT-3 may be bound to alginate breakdown products and not freely available for ELISA measurements. This is suspected because when the beads were degraded in a calcium-chelating environment of ethylenediaminetetraacetic acid to quantify the initial uptake of NT-3, the measured amount was 0.33%, considerably less than the 96% anticipated.

The in vivo work has demonstrated the alginate-heparin beads to be an effective delivery vehicle for NT-3, with a significant protective effect upon the auditory nerve. The protective effect was measured as an increase in the density of surviving spiral ganglion cells, although the protection was not complete because treated animals had poorer spiral ganglion cell survival than normal controls.

Other protective effects that may be achieved by administration of NTs include an increase in soma size (40) and preservation or resprouting of peripheral dendrites (41). Functional effects of NTs include a reduction in the threshold of electrically evoked auditory brainstem potentials (42,43). Therefore, there may be benefits in delivering NTs to cochlear implant recipients, both in terms of neuronal survival and function. The current study provides a model for the development of a clinically applicable delivery method.

Although in this study the alginate beads were used in deafened animals, it is anticipated that they may have a role in drug delivery to the hearing ear. Alginate could potentially impact upon hearing by exerting toxic effects upon the inner ear or alternatively by causing a conductive hearing loss when an alginate bead is placed upon the round window. The latter should be temporary, and resolve when the bead degrades. Further investigation is required to explore the effects of alginate upon hearing.

This investigation has demonstrated several potentially important advantages of the delivery vehicle. First, alginate-heparin beads are nontoxic to neurons because there was no significant difference in SGN densities between cochleae implanted with unloaded beads and the untreated ears (Figs. 2 and 3). Second, the beads are biodegradable. They were found to degrade into a gelatinous semiformed paste after 4 weeks in vivo. Third, the NT-3 loaded beads are efficacious in promoting neural survival when applied either to the round window or the basal turn of the cochlea (Figs. 2 and 3). This protection was universal for all the turns of the cochlea (Fig. 3). Although the protection from the ototoxic insult was not complete, with further refinements of the delivery system, we may be able to provide greater degree of release and protection. Such neuronal protection demonstrated by NT-3 loaded alginate-heparin beads could be applied to other areas of nerve regeneration research such as in the spinal cord and peripheral nerves (44).

Finally, this preliminary study has demonstrated that round window and intra-cochlear application of alginate-heparin beads are equally efficacious in delivering NT-3 to the cochlea (Figs. 2 and 3). The round window route may have potential clinical applications in delivering drugs, NTs, and viral vectors in a simple outpatient setting under local anaesthesia. Small beads could be manufactured, loaded with drugs, and delivered to the round window by way of a tympanotomy performed under local anaesthesia. Although not directly applicable in clinical settings, the intracocharlear route demonstrated that NT-3 release from a polymer-coated cochlear implant electrode is feasible. This opens up the potential for the delivery of drugs that are impermeable to the round window or even stem cell delivery to the cochlea. The current study is the first to demonstrate efficacious NT delivery bound to a polymer placed adjacent to, or within, the inner ear.
Acknowledgments: The authors thank Maria Clarke, Prudence Nielsen, and Michael Birch for their help and technical expertise.

REFERENCES


Author/s: Noushi, Fanoosh; Richardson, Rachael T.; Hardman, Jennifer; Clark, Graeme M.; O'LEYAR, STEPHEN

Title: Delivery of neurotrophin-3 to the cochlea using alginate beads

Date: 2005


Persistent Link: http://hdl.handle.net/11343/27622

File Description: Delivery of neurotrophin-3 to the cochlea using alginate beads